Surface Atom Motion to Move Iron Nanocrystals through Constrictions in Carbon Nanotubes under the Action of an Electric Current

Sinisa Coh,* Will Gannett, A. Zettl, Marvin L. Cohen, and Steven G. Louie

Department of Physics, University of California at Berkeley and Materials Sciences Division, Lawrence Berkeley National Laboratory, Berkeley, California 94720, USA
(Received 21 February 2013; published 29 April 2013)

Under the application of electrical currents, metal nanocrystals inside carbon nanotubes can be bodily transported. We examine experimentally and theoretically how an iron nanocrystal can pass through a constriction in the carbon nanotube with a smaller cross-sectional area than the nanocrystal itself. Remarkably, through in situ transmission electron imaging and diffraction, we find that, while passing through a constriction, the nanocrystal remains largely solid and crystalline and the carbon nanotube is unaffected. We account for this behavior by a pattern of iron atom motion and rearrangement on the surface of the nanocrystal. The nanocrystal motion can be described with a model whose parameters are nearly independent of the nanocrystal length, area, temperature, and electromigration force magnitude. We predict that metal nanocrystals can move through complex geometries and constrictions, with implications for both nanomechanics and tunable synthesis of metal nanoparticles.

DOI: 10.1103/PhysRevLett.110.185901 PACS numbers: 66.30.Qa, 61.48.De, 66.30.Pa, 73.63.Fg

Electric current induced movement of metal nanocrystals in and on multiwall carbon nanotubes has been observed for many metals, including iron [1–4], copper [5], tungsten [6], indium [7], and gallium [8]. The movement of nanocrystals is directly related to the direction of the applied current and is often entirely reversible; i.e., the nanocrystal can be moved back and forth by simply switching the applied current polarity. The speed of the nanocrystal within the nanotube is dependent upon the applied current magnitude. From an applications view, the mechanism is of great interest because it provides an especially convenient method of controlling the nanocrystal’s position and motion with a single external electrical control parameter. Controlled movement of metal nanocrystals inside carbon nanotubes could potentially be used for nanomachine actuators [9], memory elements [3], or dispensing small quantities of metals [1] to a selected location.

The transport of metal nanocrystals within nanotubes is conventionally demonstrated for nanotubes which have a relatively smooth, uniform diameter hollow core, within which the nanocrystal can easily slide. A critical question, however, is what happens when the nanotube core contains a constriction smaller than the incoming nanocrystal cross section. The naive answer is that if the nanocrystal remains solid it will be completely blocked by the constriction, while if it is heated beyond its melting point and becomes liquid it might (assuming surface tension energies can be overcome) squeeze through. We here demonstrate how a metal nanocrystal, while remaining solid and crystalline, can in fact be made to slip through a very small constriction through which it should not geometrically fit. The squeezing mechanism is decidedly not one of severe deformation and plastic flow, but rather a form of atomic level deconstruction at the crystal’s trailing edge and reconstruction at the leading edge. Indeed, this deconstruction and reconstruction of surface atoms is a continual process even without a constriction: It can be the dominant mechanism by which the electrical current transports the metal nanocrystal through any nanotube bore, smooth or not.

To demonstrate transport of iron nanocrystals through a carbon nanotube constriction experimentally, we fabricate a two-terminal nanotube device suitable for insertion into a high resolution transmission electron microscope (JEOL 2010) with nanodiffraction and dark field analysis capability. Multiwall carbon nanotubes containing iron nanoparticles are grown by pyrolysis of ferrocene in an inert gas atmosphere at 1000 °C. Such nanotubes often have naturally occurring constrictions within their interior (e.g., where the number of tube walls abruptly changes). The nanotubes that contain iron nanocrystals are then deposited onto thin silicon nitride membranes, and electrical contacts are formed using electron beam lithography. The resulting two-terminal nanotube device is driven with a dc electrical current during TEM imaging, which allows observation and control of nanoparticle motion in real time. The nitride membrane platform allows the same device to be measured multiple times and affords mechanical stability during TEM imaging.

We observe that injecting the electrical current axially to the nanotube causes the iron nanoparticle to move in the direction of the electron flow. The velocity varies with the current nonlinearly, and the motion of the nanoparticle is reversible, consistent with previous observations [3,4]. We also observe the movement of iron nanoparticles into and through narrow constrictions within the nanotube, as demonstrated in Fig. 1. Figure 1(a) shows a TEM image of a multiwall carbon nanotube with an approximately 45 nm
outer diameter. The nanotube core on the left side of the image is approximately 20 nm in diameter, and it is filled with iron (dark contrast). Midway along the axis of the nanotube, there is clear constriction, and the core reduces to about 5 nm. In Fig. 1(a), the iron nanoparticle borders the constriction, and the reduced inner diameter core is empty beyond. Figure 1(b) shows the same nanotube region several seconds later; the iron nanoparticle has advanced to the right and has infiltrated the narrow core region beyond the constriction (also now dark contrast). Numerous similar iron infiltrations into and past constrictions are observed for different samples. In general, the current-driven iron nanoparticle squeezes into the constriction and continues to advance. If there is sufficient space beyond the constriction, the entire iron nanoparticle moves through the constrictions and emerges out the other side, and then continues to transport along the core of the nanotube. In order to determine the state (solid or liquid) of the iron during transport, including while infiltrating the constriction, nanodiffraction experiments are performed in situ. Figure 1(c) shows an example (for a different iron nanoparticle) within a nanotube constriction; the diffraction pattern is consistent with solid iron in the bcc phase, even for the portion squeezing through the constriction. Additionally, real-time dark field imaging is performed using one of the bcc iron diffraction spots, which confirms the crystallinity of the iron during transport and squeezing through the constriction. The iron nanoparticle is solid, crystalline, and lattice undeformed as it squeezes through the constriction.

Although the experiment is performed at room temperature, there is a possibility that the nanotube with the iron nanoparticle is heated due to Joule heating from the electrical current. Using the parameters of the experiment, a detailed analysis [10] reveals that the iron nanocrystal of Figs. 1(a) and 1(b) is at most at temperature $T = 440$ K while it squeezes though the constriction. This temperature is well below the melting point of iron of this size ($T_{\text{melt}} = 1800$ K), consistent with the nanodiffraction and dark field imaging results, always indicating a solid crystalline state.

We now seek to understand why an iron nanocrystal can move through a constriction in a carbon nanotube with a smaller cross-sectional area than the nanocrystal itself. We first examine the microscopic origin of iron atom movement inside the carbon nanotube with a smooth bore and then adapt the model to constrictions. We perform a series of first principles density functional theory [11,12] calculations, followed by a kinetic Monte Carlo simulation [13,14].

We use density functional theory calculations to compute the energy barriers for iron atom diffusion in various environments. We examine bulk diffusion, diffusion on different iron surface orientations, and diffusion at the iron-carbon interface. We also use density functional theory calculations to obtain estimates of the iron-iron and the iron-carbon binding energies. Once we obtain these parameters, we extract trends of diffusion energy barriers and binding energies, and construct an algorithm to assign a diffusion barrier height to arbitrary diffusion processes in iron. Next, using this algorithm for the assignment of diffusion barrier heights, we perform kinetic Monte Carlo simulations of an iron nanocrystal inside a carbon nanotube. The kinetic Monte Carlo method, unlike the static density functional theory method, allows us to perform a time-evolution study of the movement of the iron nanocrystal.

In the simulation, we assume that the electromigration force $F$ experienced by individual iron atoms is linearly proportional to the current density $j$: $F = jK$, and we obtain a parameter $K$ by fitting the results of our simulation to the experiment. (The linear dependence of force $F$ on current density $j$ is consistent with an electron wind force mechanism [15,16].) Furthermore, we assume that the electromigration force $F$ affects the iron atom movement by increasing or decreasing the iron diffusion barrier height according to the work done by $F$ along the atom diffusion path. The depth of the contact region in which iron atoms are experiencing the electromigration force $F$ does not affect the resulting speed of the nanocrystal but only its instability toward breaking (a deeper contact region produces an earlier onset of instability). Details of this combined density functional theory and kinetic Monte Carlo calculation will be presented elsewhere [17]. The microscopic results of the kinetic Monte Carlo simulations are shown in Figs. 2 and 3. Figure 2 schematically shows the nature of the movements of the iron atoms. We find that, for most of the time, any given iron atom is stationary, as shown in Fig. 3. Once the stationary bulk iron atoms are exposed to the surfaces, they quickly move from the left end of the nanocrystal (as in Fig. 2), along the contact...
region with the carbon nanotube, toward the right end of the crystal. Since iron atoms are depleted from the left surface, they expose a new layer of bulk atoms to the surface, which then start to move in the same way. Analogously, when these atoms arrive to the right surface, they soon become buried under layers of new incoming iron atoms, and thus they once again become part of the bulk and become stationary. The nanocrystal is deconstructed at the left and reconstructed at the right, and the surface atoms overtake their bulk counterparts. Hence, the nanocrystal moves, even though virtually all of the atoms comprising the nanocrystal (i.e., all but the surface atoms) remain stationary in the laboratory frame. A somewhat related mechanism, but one involving the heating of an iron nanocrystal and its chemical interaction with the carbon nanotube, was recently proposed in Ref. [4].

The origin of the surface movement of iron atoms is twofold. In the contact region with the carbon nanotube, iron atoms move due to the influence of the electromigration force from the applied current. On the exposed iron surfaces on both the left and right sides of the nanocrystal, movement is driven by the diffusion forces. Diffusion forces away from the left side and toward the right side of the nanocrystal are originating in the iron atom concentration gradient created by the electromigration force in the contact region with the carbon nanotube. The pattern of iron atom movement presented above explains why the iron nanocrystal can move through a constriction while remaining solid. If the iron nanocrystal were moving as a whole, it would have to deform in order to go through a constriction. On the other hand, the mechanism we consider does not require deformation of the crystal. Instead, once the iron nanocrystal reaches a constriction, new atoms are transported toward the region within the smaller cross-sectional area, and they assemble there to form new layers of iron atoms that adjust their cross-sectional area to match the constriction.

Our theoretical modeling allows us to analyze the dependence of the iron nanocrystal center of mass speed on various external parameters. First, we find that the iron

FIG. 2 (color online). Sketch of iron nanocrystal movement. (a)–(d) Schematically shown are four consecutive time snapshots of a solid iron nanocrystal (gray regions) moving through a constriction in a carbon nanotube (outer black curves). Atoms in the bulk of the nanocrystal remain stationary as long as they are in the bulk. Once iron atoms from the bulk are exposed to the end surface on the left side of the crystal, they quickly move along the nanocrystal surface and contact region with the carbon nanotube to the right end of the crystal (white arrows). For illustration purposes, instantaneous positions of three selected iron atoms are indicated with red, green, and blue circles and with capital letters A, B, and C. In each of the four panels, the three selected iron atoms are in the bulk of the nanocrystal, illustrating the fact that, compared to time spent in the bulk, surface movement is nearly instantaneous. Movement of iron atoms in the contact region with the carbon nanotube originates from the electromigration force. Additionally, this force creates a concentration gradient that drives the diffusion from the left (right) end of the crystal toward (away from) the contact region (see also Fig. 3).

FIG. 3 (color online). Movement of individual iron atoms. The thin (red and blue) lines show the simulated positions along the carbon nanotube axis of two randomly selected iron atoms as a function of time. The thick black line shows the average position (center of mass) of all iron atoms in the simulation. The average position of the iron atoms is continuously increasing. On the other hand, individual iron atoms remain stationary most of the time. It is only when they are exposed to the surface that they move quickly across the entire length of the crystal by a combination of diffusion and electromigration forces (see also Fig. 2). This kinetic Monte Carlo simulation is performed at a temperature of 600 K, the electromigration force on the iron atoms is $0.33 \text{ eV/nm}$, and the iron nanocrystal radius is $r_{\text{cyl}} = 1.05 \text{ nm}$, while its length is $l = 4.31 \text{ nm}$.
nаночастиц центра масс скорости не зависит от длины наночастицы. Эта наблюдение легко объясняется тем фактом, что электромиграционное усилие движет ионы в точке контакта между углеродным нанотрубкой и кристаллом ферромагнетика, что более эффективно, чем диффузия на концах наночастицы. Второе, в наших симуляциях мы находим экспоненциальный температурный рост скорости центра масс наночастицы на величину электромиграционного усилия на каждый ион \( F \) и температуру симуляции \( T \).

\[
\nu = \tilde{v} \exp\left(-\frac{\tilde{B}}{kT}\right) \sinh\left(\frac{\tilde{L}F}{kT}\right).
\] (1)

Подгонка этой функции к результатам нашей симуляции, мы получаем следующие значения параметров \( \tilde{v}, \tilde{B}, \text{ и } \tilde{L} \):

\[
\tilde{v} = 3.3 \text{ м/с}, \quad \tilde{B} = 1.2 \text{ еВ}, \quad \tilde{L} = 1.4 \text{ нм}. (2)
\]

Функциональная форма, включенная в Eq. (1) совпадает с тем, как одиночный шарик соединяется с тепловой ванной при температуре \( T \) движется в периодическую складчатую потенциальную яму [18] [см. рис. 4(a) и 4(b)] с периодом \( \tilde{L} \), потенциала \( \tilde{B} \), и под влиянием постоянной эффективной силы \( F \). На конец, мы находим сложную зависимость от центра масс скорости на площади поперечного сечения наночастицы, учитывая, что на поверхности наночастицы, одна из многих форм пути диффузии в контактной области с углеродным нанотрубкой. Тем не менее, мы находим, что изменение площади поперечного сечения наночастицы существенно влияет на значение параметра \( \tilde{v} \) из Eq. (1), в то время как \( \tilde{B} \) и \( \tilde{L} \) оставались неизменными. Если бы нам удалось подгонить наш модельный расчет к результатам эксперимента [3,4], мы бы нашли, что значение параметра \( \tilde{v} \) не было почти иррациональным, по сравнению с \( \tilde{B} \) и \( \tilde{L} \). Таким образом, даже если движение отдельных ионов в углеродной нанотрубке является сложным, эффективная скорость движения всего наночастицы можно было бы моделировать как одночастичное движение в складчатом потенциале.

Экстраполяция нашей модели к экспериментальному режиму параметров, мы находим хорошее согласие с экспериментом [3] с использованием температуры 350 К и константы пропорциональности \( K = 0.18 \text{ еВ нм/мкА} \) между текущей плотностью через наночастицу и электромиграционное усилие [см. рис. 4(c)]. Для получения значения параметра \( K = 0.18 \text{ еВ нм/мкА} \), мы приблизительно оценили общий потенциал через наночастицу, основываясь на резистивности \textit{bulk} железа и графита, геометрии нанотрубки, и предполагая постоянную текущую плотность профиля перпендикулярного к оси наночастицы. Тогда есть большая неопределенность в предполагаемой текущей плотности и, следовательно, в \( K \). Мы не были уверены в предыдущих теоретических или экспериментальных оценках значения параметра \( K \) в железе. Тем не менее, теоретические оценки [16,19] параметра \( K \) для рассмотренных элементарных металлов различаются на большой степени широкого диапазона и даже в знаке. Наиболее вероятно, значение параметра \( K \) зависит от атомной структуры и различается для изолированных ионов [16] и электромиграции ионы. На практике, наибольшее значение параметра \( K \) в эксперименте [16] является ионный импульс электромиграции в алюминии (0.01 еВ нм/мкА), которое находится в пределах магнитном значении и значении, которое мы получили.

Сопоставляя значения \( \tilde{B}, \tilde{L}F, \text{ и } kT \), мы нашли, что в типичной экспериментальной ситуации [3], энергия \( \tilde{B} \) является наиболее значимым, 1.2 еВ. Склонность потенциала в аллюминии до электромиграционного усилия \( \frac{1}{2}LF \) равна \( \pm 0.6 \text{ еВ} \) и сопоставимо с энергетикой \( \tilde{B} \) само по себе, но величина энергии \( kT \) в эксперименте конец ионного импульса электромиграции является порядка величины меньше, чем 0.03 еВ. Этот порядок энергии масштаб [также показаны в рис. 4(a) и 4(b)] вместе c Eq. (1) объясняет интенсивность экспериментально найденной мгновенной спада скорости наночастицы как функции от приложенной электрической силы [3,4] [также видно на рис. 4(c)].
External electric control of movement of an iron nanocrystal is interesting from both fundamental science and applications viewpoints. The ability of an iron nanocrystal to remain crystalline while moving through tubes and constrictions could allow for more stable operation of nanoelectromechanical devices and opens up a possibility to explore more complex geometries than the limited geometries discussed here. Additionally, the intricate mechanism of iron nanocrystal movement could be used to refine metallic nanoparticles. For example, constant regrowth of the iron nanoparticle during its movement in the carbon nanotube could be used to remove contaminants and domain boundaries or, potentially, to introduce them with very fine spatial control. Additionally, it may be interesting to explore systems with diffusion of multiple metallic species both theoretically and experimentally.

We thank Gavi Begtrup for assistance with sample preparation and microscopy and David Strubbe for discussion. This work was supported by the Director, Office of Energy Research, Office of Basic Energy Sciences, Materials Sciences and Engineering Division, of the U.S. Department of Energy under Contract No. DE-AC02-05CH11231.

*sinisa@civet.berkeley.edu